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We show that a spontaneous magnetic moment may appear at the edge of a spin-triplet super-
conductor if the system allows for pairing in a subdominant channel. To unveil the microscopic
mechanism behind such effect we combine numerical solution of the Bogoliubov-De Gennes equa-
tions for a tight-binding model with nearest-neighbor attraction, and the symmetry based Ginzburg-
Landau approach. We find that a potential barrier modulating the electronic density near the edge
of the system leads to a non-unitary superconducting state close to the boundary where spin-singlet
pairing coexists with the dominant triplet superconducting order. We demonstrate that the spin
polarization at the edge appears due to the inhomogeneity of the non-unitary state and originates
in the lifting of the spin-degeneracy of the Andreev bound-states.
PACS numbers: 74.20.Rp,74.25.Dw,74.70.Pq,71.10.Li
Introduction. Recognition that the surface states in
correlated materials reflect the nature of the interactions
and orders in the bulk has led to a significant research
effort aimed at the understanding, and potential control,
of these electronic states [1–3]. Gapless modes at the
boundary of materials whose bulk is gapped are espe-
cially interesting since the surface states are robust, and
may be topologically protected, i.e. their existence relies
on the global symmetries of the bulk state and does not
depend on the details of the surface scattering and other
sample-dependent parameters [2]. The bulk gap may be
due to the band structure, or, in a metal, may arise from
electron-electron interaction, as in superconductors [4].
Simple band insulators or conventional superconductors
do not support robust low-energy states at the bound-
ary. It is the study of their counterparts, where the bulk
is topologically non-trivial, and hence the bulk-boundary
correspondence theorem dictates the existence of the sur-
face states, that has been a focus of much recent atten-
tion [1, 2, 4].
A prime candidate for the topological superconductiv-
ity is Sr2RuO4, where the emergent consensus indicates
triplet chiral pairing, with time-reversal symmetry bro-
ken by the orbital degrees of freedom [5]. In this material
signatures of the predicted topologically protected edge
states were recently found in tunnelling spectroscopy [6].
The quasiparticles reflecting off the sample boundary ex-
perience the sign change of the superconducting order
parameter along their trajectory, which gives rise to so-
called Andreev bound states (ABS) near the surface,
which contribute to Josephson currents [7]. Emergence
of ABS has been investigated in high-Tc cuprates and
other unconventional superconductors [4, 8, 9].
In this Letter we investigate the nature of the Andreev
bound states at the surface of spin triplet superconduc-
tors. We perform a microscopic self-consistent calcula-
tion, and include a realistic surface barrier of finite width
and height, and the possibility of pairing in one or more
subdominant channels [8]. We find that a) a subdomi-
nant in-phase s-wave superconducting order exists near
the edge of the sample; b) the in-phase s-wave compo-
nent gives a non-unitary superconducting state at the
boundary; c) as a result, the ABS are spin-polarized,
leading to a finite surface magnetization; d) spin current
flows along the interface in this regime; e) surface charge
currents exhibit anomalous dependence on the magneti-
zation. We analyze the conditions for the existence of the
magnetic surface states, and investigate their spectrum
numerically. These results are supported by symmetry
analysis of the Ginzburg-Landau expansion of the free
energy. Our work strongly suggests that triplet super-
conductors can be used in spin-active heterostructures.
Model and formalism. We consider a two-dimensional
superconductor in a parallel slab geometry in vacuum. If
x and y are the directions perpendicular and parallel to
the interfaces, respectively, the system is uniform along
the y axis, so that the translational symmetry is broken
only in the x direction. The Hamiltonian is then defined
on a square lattice of size L × L (the lattice constant is
unity), with periodic boundary conditions along y,
H = −t
∑
〈i,j〉, σ
(c†i σcjσ + h.c.)− µ
∑
i,σ
niσ
−
∑
〈i,j〉
V (ni↑nj↓ + ni↓nj↑) +
∑
i
U(ix)niσ . (1)
Here the lattice sites are labelled by i ≡ (ix, iy), with ix
and iy integers between 0 and L, 〈i, j〉 denote nearest-
neighbor sites, and µ is the chemical potential. The
nearest-neighbor attractive interaction −V (V > 0) is
effective in both singlet and triplet pairing channels.
All the energies are in units of the hopping parameter
t. The slab edges are located at ix = 0 and ix = L,
and we introduce a site-dependent potential U(ix) to
2model the interface barrier. To investigate the model of
Eq. (1) we decouple the interaction term in the Hartree-
Fock approximation by introducing the pairing ampli-
tude on a bond, ∆ij = 〈ci ↑cj ↓〉, so that V ni↑nj↓ ≃
V (∆ijc
†
j ↓c
†
i ↑ + ∆
∗
ijci ↑cj ↓ − |∆ij|
2). These pairing ampli-
tudes yield the spin singlet (S) and triplet (T ) compo-
nents, ∆S,T = (∆ij ± ∆ji)/2, that define the supercon-
ducting order parameters (OPs) with s- or p-wave sym-
metry, i.e. ∆s(i) = (∆
S
i,i+xˆ +∆
S
i,i−xˆ +∆
S
i,i+yˆ +∆
S
i,i−yˆ)/4
and ∆px(y)(i) = (∆
T
i,i+xˆ(yˆ) −∆
T
i,i−xˆ(yˆ))/2, which are then
determined self-consistently [10]. Singlet d-wave super-
conductivity is possible but does not appear in the pa-
rameter range where we work [10]. In the bulk (U = 0)
the most favorable pairing state for this model depends
on the electron density, n, and the chiral px + ipy order
is stabilized in the region between half-filling, µ ≃ 0, and
high (low) density (|µ| ≃ 2.5) [11]. Hence, we choose
|µ| ≃ 1.8, in this window of stability, so that for U = 0
the filling is n ≈ 0.4. All the numerical results below have
been obtained for a pairing interaction V = 2.5, a rect-
angular potential barrier of height U near the left edge of
the system, 0 ≤ ix ≤ 8, and a system size L = 80; greater
values of L leave the results qualitatively unchanged.
We also determine the local spin and charge currents,
Js(ix) = J↑(ix) − J↓(ix), and, Jc(ix) = J↑(ix) + J↓(ix),
with Jσ(ix) =
2t
Ly
∑
ky
sin(ky)〈c
†
kyσ
ckyσ〉 [12]. We find
qualitative differences between our results for the ex-
tended barrier, and those obtained assuming a sharp
step-like potential at the surface [13]. One crucial dis-
tinction is that a finite-width barrier changes the electron
density near the boundary, and, if it is strong enough to
drive the density into the regime where superconducting
components competing with the dominant triplet order
are stabilized, leads to the coexistence of two distinct
pairing states near the interface. This coexistence is at
the root of the phenomena we describe.
Numerical results. Figs.1,2 show representative re-
sults for the electron density, spin polarization, spin and
charge currents, as well as the evolution of the super-
conducting order parameters for different strength of the
surface potential. For U = 0, Fig.1(a), we find the ex-
pected result: the interface is pairbreaking for the px
component of the OP, while the py component remains
essentially constant. Finite U depletes the electron den-
sity near the edge, Fig.2(a), and, as U exceeds a criti-
cal magnitude, here found to be Uc ≃ 0.19, the surface
electron density reaches the value where a subdominant
s-wave component of the order parameter first appears,
Fig.1(b)-(d). Consequently, there is a substantial region
of coexistence of the superconducting OPs with different
parity. Note that mixed parity is allowed here since the
presence of the barrier breaks the inversion symmetry.
Remarkably, the emergence of the mixed-parity phase is
accompanied by the appearance of a finite spin polar-
ization in that same region, Fig.2(b), as well as that of
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FIG. 1: (color online) Evolution of the order parameters for
different heights of the potential barrier U extending from
ix = 0 to ix = 8. Label s-wave refers to nearest-neighbor
pairing; Note that the s-wave amplitude is purely real.
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FIG. 2: (color online) Evolution of the majority spin elec-
tron density: (a), spin-polarization (b), as well as of the spin
(c) and charge currents (d) for several values of the potential
U . Note the sign change of the charge current in the regime
where the magnetization appears. Also, the spin polarization
and the spin current are peaked in the range where the super-
conducting orders of different symmetry coexist, cf. Fig. 1.
a spin current, Fig.2(d). At the same time the surface
charge current, initially present simply due to the chi-
ral nature of the bulk superconducting state [5], changes
sign, Fig.2(c). As the barrier height increases, fewer car-
riers remain in the boundary layer, and the magnetiza-
tion and other signatures of the unconventional surface
states gradually disappear. Note that the charge cur-
3rents at the interface give rise to a magnetic field, and,
therefore, to a spin polarization [14, 19]. However, as
discussed in the supplementary material [21], the origin
and the spatial profile of this field are very different from
those of the spin polarization shown in Fig.2(b).
The analysis of the energy spectrum En(ky) (due to
translational invariance along the interface ky is a good
quantum number) obtained from the numerical solution
of the Bogoliubov-De Gennes equations confirms that
the local magnetization is due to the gapless modes
propagating in one direction along the boundary. This
is evident from Fig. 3, where the two originally spin-
degenerate chiral edge states (Fig. 3(a)) associated with
the left boundary split once the barrier potential ex-
ceeds Uc ≃ 0.19 (Fig. 3(b)-(d)). This splitting ap-
pears together with the spin polarization at that edge
(of course, the counterpropagating mode at the right
edge is not affected). It is clear, for example, from
Fig. 3(b), that splitting leads to the unequal number
of occupied (En(ky) < 0) states for the two spin-split
modes. In addition, new intragap states appear close
the bottom and the top of the gap edge. They evolve
from an asymmetric band (peak at ky > 0) for U = 0.2
and 1.0 (Fig. 3(b)-(c)), when singlet-triplet coexistence
is significant, to a symmetric “bump” around ky = 0
for U = 2.2(Fig. 3(d)). This feature contributes signif-
icantly to the spin current and is in large part respon-
sible for the change in sign of the charge current. Note
that the branches crossing the gap are piecewise-linear,
so that Jσ ∝
∑
k
dEσ/dkΘ(−Eσ,k) nearly compensates
between the spin-split central branches. As the barrier
height U increases the splitting between the edge modes
at the edge diminishes, and magnetization is reduced as
the boundary region becomes depleted.
Our result shows that a spin accumulation may occur
in a triplet superconductor without the proximity coupling
to an exotic system. This situation is quite different from
the case discussed in Refs.15–17, where spin polariza-
tion appears at the sharp interface between semi-infinite
triplet and a singlet superconductors with no coexistence
region, when analyzed using the BTK scattering formu-
lation [13]. In Refs. 15–17 such magnetization appears
only for a non-trivial phase difference between the two
superconductors, exactly the opposite to what we find in
our geometry.
The essential ingredient of our finding is the coexis-
tence of the singlet and triplet OPs in the same material
over a finite range near the interface, obtained from a
fully self-consistent solution of the Bogoliubov-de Gennes
equations in the presence of a realistic boundary poten-
tial. In our case the magnetization exists near the surface
over the same length scale as the density gradient: this
is because for our parameter values the superconduct-
ing coherence length, ξ0, is comparable to that width.
If screening of the surface potential occurs on a shorter
scale, the surface barrier nucleates the subdominant s-
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FIG. 3: (color online) Energy spectrum of the solutions of the
Bogoliubov-de Gennes equations scaled to the superconduct-
ing gap ∆0 of the homogeneous spin triplet superconductor.
a) pure chiral phase. Two dispersing branches crossing E = 0
correspond to the modes along the left and the right edges of
the sample. b)-d): mixed-parity phases. The right edge mode
remains unchanged while the modes along the left edge be-
come spin-split. Extra midgap states which are spin-polarized
appear at the bottom (occupied) and the top edge (unoccu-
pied) of the gap reflecting the occurrence of a mixed-parity
coexisting region. The latter and the spin-split chiral states
both contribute to the overall spin accumulation.
wave component, and the coexistence range is set by the
coherence length.
Symmetry analysis. To elucidate the origin of the
spin polarization we analyse the problem from the sym-
metry perspective. The main insight from the numeri-
cal results is that the singlet and the triplet OPs coex-
ist near the edge due to the finite range of the bound-
ary potential, and the absence of the inversion symme-
try. We first note that in this situation the OP is non-
unitary. In the 2x2 spin space the order parameter is
[18] ∆k = i [(dk · σ) + ψk]σy, where σi are Pauli ma-
trices, and dk and ψk are the three triplet and the sin-
glet pairing amplitudes respectively. The gauge-invariant
product is given by ∆∆† = |dk|
2σ0 + |ψk|
2σ0 + qk · σ
with qk = ψkd
⋆
k
+ ψ⋆
k
dk + i [dk × d
⋆
k
]. In our case the
bulk triplet superconductor is unitary, d‖ẑ and there-
fore dk × d
⋆
k
= 0. However, in the coexistence region,
qk = 2Re [ψkd
⋆
k
] 6= 0 since, as Fig. 1 shows, the self-
consistent solution yields the in-phase singlet and triplet
px components.
The net spin polarization of the Cooper pairs, si =
(1/2)
∑
k
(qk · σ)σi, does not appear for uniform mixed
parity system (with unitary triplet component) since the
singlet and triplet order parameters have opposite parity.
Hence their product is odd in momentum and its average
over k vanishes. The same argument does not hold in a
4system without translational invariance such as the one
considered here, and the q-vector that is non-uniform in
space yields spin-splitting of the edge states. To analyse
this situation we consider a Ginzburg-Landau (GL) mag-
netic free energy density fm in the region of coexistence.
We choose the direction of the magnetization m paral-
lel to d(r) = ẑ (ηx(r) + iηy(r)), along the ẑ-axis, as re-
quired by the spin rotation invariance, and assume that
the pairing amplitudes depend only on the coordinate
x normal to the boundary. The GL expansion includes
terms linear in m and the gradient of the px-component
of the triplet pairing,
fm = m
2 + (∂xm)
2 + αm
{
β∂x [ηxψ
⋆ + η⋆xψ] + (2)
+ [ψ⋆(∂xηx) + ψ(∂xη
⋆
x)]− [η
⋆
x(∂xψ) + ηx(∂xψ
⋆)]
}
.
Such linear coupling means that in the region of the coex-
istence a finite magnetization always appears unless the
singlet and the triplet px components are out of phase
(and the product ηxψ is purely imaginary). This em-
phatically brings forth the distinction between our re-
sults and those for the S-I-S junction [15–17], where the
spin accumulation only occurs if the two pairing compo-
nents are out of phase, the exact opposite of the result
we find. We note that this term (and its analog derived
in Ref. [20]) has a structure which is different from the
well-known contributions that relate the inhomogeneity
in η(r)×η∗(r) [19] to spontaneous charge-currents at the
edge and a magnetic field [21].
Only the px-component of the triplet appears in the
GL expansion above; in principle the term ∂yηy is also
allowed by symmetry [20], but vanishes under the as-
sumption of the translational invariance along the inter-
face. It follows that the time-reversal symmetry breaking
by the bulk chiral triplet state is not at the origin of the
magnetization of the Andreev bound states: the same re-
sult would be achieved for purely real px bulk triplet su-
perconductivity, while for the imaginary px bulk pairing
with real subdominant s-wave pairing near the interface
no magnetization appears. The results in the supplemen-
tary material [21] show precisely this behavior. Note that
the terms written in Eq. (2) do not contribute to the cur-
rents along the interface as the only gradient is along the
x direction. To obtain such currents, higher order terms
involving the ηy component of the order parameter are
needed. For non-chiral single-component px triplet order
parameter no substantial spin and charge currents exist,
even though the magnetization still appears. Such cur-
rents are allowed by symmetry, but their magnitude is
strongly suppressed, likely by a power of Tc/t.
Discussion. We showed that Andreev bound states
near a boundary of a triplet superconductor can be spin-
polarized and yield nontrivial spin and charge currents
near the interface. The origin of the spin polarization is
in the emergence of the coexistence regime of the triplet
and the subdominant singlet pairing components near the
boundary above a critical surface barrier. Our numeri-
cal results demonstrate that the two are phase-locked,
and both the numerical fully self-consistent solution of
the Bogoliubov-de Gennes equations and the Ginzburg-
Landau analysis indicate that magnetization inevitably
appears when the two order parameters lead to a non-
unitary configuration and are spatially varying. We find
that the symmetry-breaking at the surface is unrelated
to the chiral nature of the bulk superconducting state,
and therefore may be expected in a much wider class of
triplet superconductors. It would also be very interesting
to check whether similar effects occur at the interfaces in-
volving non-centrosymmetric superconductors, where the
singlet and the triplet components are intrinsically mixed
in the bulk yielding measurable spin effects at the inter-
face [22–25], as well as in the proximity structures with
topological materials. We leave this for future investiga-
tions.
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Supplementary material for “Magnetic intragap states and mixed parity pairing at
the edge of spin triplet superconductors”
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In this supplementary material to the main text we show that the behavior of the magnetic field
induced by the edge currents in a chiral spin-triplet superconductor is very distinct from that of
the spin polarization, emphasizing the different origin of the two. Furthermore, to elucidate this
difference on the basis of the Ginzburg-Landau approach, we numerically demonstrate that in a
triplet superconductor with a single component order parameter that does not break time-reversal
symmetry, the non-vanishing magnetization at the edge of the system occurs because of the non-
unitary character of the mixed parity order parameter near the boundary, while the edge currents
are absent.
MAGNETIC FIELD INDUCED BY EDGE
CURRENTS
A chiral spin-triplet superconductor can sustain spon-
taneous currents at the edge due to the time-reversal
symmetry breaking in the orbital channel. These cur-
rents, in turn, lead to the appearance of a magnetic field
near the boundary. One may ask whether this field causes
the spin polarization that we found in the manuscript.
The answer is negative, and below we show that the spa-
tial profile and the properties of the induced field are very
different from those of the spin-polarized states. More-
over, the spin polarization persists even when there are
no edge currents, in agreement with our analysis.
We first compute the field due to the edge current. In
principle, this field is screened in the bulk on the scale
of the London penetration depth. However, in the im-
mediate vicinity of the interface the screening has little
effect, and the field distribution can be obtained directly
from the spatial dependence of the currents. For the
two-dimensional slab configuration analyzed in the pa-
per, according to the Maxwell’s law ∇ ×B = µ0Jc, the
magnetic field is perpendicular to the plane (z-direction).
At a distance ix from the edge it has an amplitude
Bzorb(ix) = −µ0
∑ix
jx=1
Jc(jx) with µ0 being the magnetic
permeability constant [2].
In Fig.1 we show the behavior of Borb as a function of
the potential at the edge. For U = 0 there is an induced
magnetic field but no net spin magnetization, while above
the threshold both exist (see Fig. 2(b) in the main text).
As expected, due to the different mechanisms generating
the spin polarization and the orbital magnetic field, the
spatial profile of Borb is very different from that of the
magnetization. The spin-polarization is always of the
same sign as a function of the potential U (see Fig. 2
in the main text), and is peaked in the regime of the
coexistence of the order parameters of different parity.
On the other hand, the orbital magnetic field changes
sign twice: around U = 0.2, and then again U ≥ 1, when
the spin-polarization vanishes. The two are clearly of
very different origin.
We note that the magnitudes of the field generated
by both mechanisms are comparable. To check this we
convert the spin-polarization into a magnetic field inten-
sity [2]. The spin-polarization yields a local magnetic
field given by Bzpol(ix) = −
µ0µB
a2 c
(n↑(ix) − n↓(ix)), where
µB =
~e
2m is the Bohr magneton and c the lattice constant
along the z direction [2]. The ratio between the prefactors
of Borb and Bpol is r = (µ0
e t
~ a
)/(µ0µB
a2 c
) ∼ tm( c
a
). Since
the hopping amplitude is related to the inverse of the ef-
fective mass m∗, for a generic filling the ratio r ∼ O(1),
thus implying that the two magnetic fields are of the
same order of magnitude. Hence, the field generated by
the spin polarization near the boundary will not have the
same profile as that due to the edge-currents.
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FIG. 1: (color online) Evolution of the magnetic field induced
by the edge currents for a chiral spin-triplet superconduc-
tor for several values of the potential U . The scale of Borb
is in unit of e t
~ a
µ0. We neglect here the Meissner currents
that affect the field distribution on the scale of the London
penetration depth, which is much greater than several lattice
spacings.
2SPIN-POLARIZED EDGE STATES FOR SINGLE
COMPONENT SPIN-TRIPLET
SUPERCONDUCTORS
According to the symmetry constraints, only the px-
component of the spin-triplet order parameter appears
in the Ginzburg-Landau expansion (Eq. 2 of the main
text). In principle, the term ∂yηy is also allowed [1], but
does not contribute if the translational invariance along
the interface holds. Then, the time-reversal symmetry
breaking by the bulk chiral triplet state is not a neces-
sary condition for the occurrence of the magnetization of
the Andreev bound states. Indeed, the same result is ob-
tained for purely real px bulk triplet superconductivity,
while for the imaginary px bulk pairing with real subdom-
inant s-wave pairing near the interface no magnetization
appears.
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FIG. 2: (color online) Spatial evolution of singlet and triplet
order parameters and of the magnetization in the case of uni-
tary, a) and c), and non-unitary states, b) and d), respec-
tively, as realized in a thin vertical slab of the system around
the point (ix = 10). A real spin singlet on-site pairing ampli-
tude and a purely real or a purely imaginary triplet pairing
amplitude are assumed in input (ix < 10 and ix > 10, respec-
tively).
To explore this connection, we consider a situation
when in proximity of the left edge (0 < ix < i¯x, with
i¯x = 10) a purely local s-wave potential is the only source
of pairing, with V still effective in the remaining part of
the system, and use as input a real s-wave order param-
eter for 0 < ix ≤ i¯x and a purely imaginary px-wave
one for ix > i¯x. Working at the same electron density
as before (with U = 0), and without the self-consistent
iterative procedure (which would unavoidably lead to a
mixing of real and imaginary components), we see from
the panels a) and c) of Fig. 2 that, in spite of the par-
ity mixing occurring around ix = i¯x, no appreciable spin
polarization is observed. On the other hand, when in the
same configuration one uses for ix > i¯x a purely real px
input order parameter to generate a non-unitary mixed
phase around ix = i¯x, a significant magnetization clearly
develops in the mixing region. This is exhibited in the
panels b) and d) of Fig. 2, and supports our conclusion
based on symmetry arguments.
In this case of a single component spin-triplet super-
conductor there are no edge currents and thus the spin-
polarization due to the non-unitary character of the order
parameter is the unique source of magnetization at the
boundary.
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